Effect of pyrolysis temperature on the synthesis of high-quality MWCNTs by CVD method

Omar Abdel Aziz, Tamer Z.Wafy, Mahmoud Abdelhafiz and Mohamed A. Elsayed

1 Chemical Engineering Department, Military Technical College, Kobry Elkobbah, Cairo, Egypt
Email: m.abolfotoh@mtc.edu.eg

Abstract. Production of high-quality Multi-Walled Carbon Nano-Tubes (MWCNTs) is essential in some field, especially in medical and mechanical applications. This work illustrates the synthesis of high-quality (MWCNTs) by Injection Chemical Vapor Deposition (Inj-CVD) method using Ferrocene / Toluene solution as a carbon precursor and a catalyst. The effect of synthesis pyrolysis temperature, which has a pivot impact on the synthesis process, was investigated. The structure defects, impurities, thermal stability and sample morphology, as well as the mean diameters of the MWCNTs, were analyzed using Raman spectroscopy, thermal gravimetric analysis (TGA) and scanning electron microscope (SEM), respectively. The results revealed that a change in quality, mean diameter and purity were observed when the pyrolysis temperature varied between 700°C to 850°C. High-quality MWCNTs were observed by Raman spectroscopy at a pyrolysis temperature of 700°C with ID/IG = 0.2. While the outer and inner diameters were 25±6 nm and 7.8±1.5 nm respectively, measured by Transmission Electron Microscope (TEM). The Inj-CVD shows an excellent control of the quality of the prepared MWCNTs by optimizing the synthesis temperature.

Keywords: High-quality Carbon Nano-tubs, Effect of temperature on CNTs, Characterization of CNTs.

1. Introduction
In recent history, Iijima’s synthesized carbon nanotubes CNTs by arc evaporation method for C_{60} [1]. At the same time, a small company in the USA was already able to produce defected carbon nanotubes called carbon fibrils using a chemical vapor deposition [2]. These achievements attracted considerable attention in both the technological and scientific communities and initiated a wide range of research in several important directions [3,4]. Due to their unique properties such as mechanical [5] thermal [6], chemical [7], electrical [8], optical [9,10] and magnetic [11], carbon nanotubes are designated as one of the most attractive materials for many applications. These properties are directly affected not only by a unique structure such as (zigzag, arm-chair and chiral); but also by how the graphene sheets were rolled up. CNTs have different forms as single-walled carbon nanotubes (SWCNTs) which defined by only one rolled graphene sheet [12,13]. However, Double-walled carbon nanotubes (DWCNTs) have two rolled graphene sheets [13,14] and multi-walled carbon nanotubes (MWCNTs) have more than three rolled graphene sheets [15]. In principle, Injection Chemical Vapor deposition (Inj-CVD)[16] is considered a simple and inexpensive synthesis method for the production of MWCNTs, compared with other bottom-up methods[12,17] such as Arc-discharge [18,19] and laser ablation[20]. The evaporation of carbon atoms
from solid targets at a temperature above 3,000°C, as in Arc-discharge and laser ablation methods, is neither economical nor convenient [21]. In addition, Inj-CVD can be operated under atmospheric pressure, moderate temperatures and does not require any special substrates. Furthermore, several researchers found that CVD [22] technique gives a very low aspect ratio. (ID /IG) define this ratio, where ID is the intensity of D band, which is a characteristics band refers to disordering in carbon nanotubes structure and located in the range of 1350 cm\(^{-1}\) Raman shift. While, IG is the intensity of the G band, which is a characteristics band that refers to graphitization in carbon nanotubes structure and located around 1500 cm\(^{-1}\) Raman shift [23, 24]. This aspect ratio refers to the disorder in Carbon Nano-materials Structure (CNMs) [25,26]. The lower aspect ratio indicates the highest [24,25,27].

In this work, high-quality MWCNTs were synthesized using Inj-CVD technique using an optimum concentration of Ferrocene in the Toluene solution as a carbon precursor and a catalyst. The uniform injection feed rate of this solution was used, under Argon as a carrier gas at 1 atm (pressure) and the surface of Quartz tube as a substrate. The influence of temperature on synthesizing MWCNTs quality was investigated using Raman spectra in the frequency range of 500 – 3500 cm\(^{-1}\). The thermal stability and the purity of syntheses MWCNTs were studied by thermo-gravimetric analysis (TGA). The morphology, as well as the outer diameter of the samples, were investigated using a scanning electron microscopy (SEM). In addition, the inner and outer diameters of the prepared MWCNTs samples were visualized and confirmed with high-resolution transmitted electron microscopy (TEM).

2. Experimental

2.1. Materials and chemicals
Carbon nanotube was synthesized using materials and chemicals characterized and listed in the Table 1.

| No | Name            | Type                | Source                    | Melting Point °C | Boiling point °C | Chemical form | Density g/cm\(^3\) | Act as                      |
|----|-----------------|---------------------|---------------------------|------------------|------------------|----------------|---------------------|-----------------------------|
| 1  | Toluene         | Colorless liquid    | Fisher Scientific, UK     | -95              | 110-111          | C\(_7\)H\(_8\)   | 0.87 at 25°C        | Carbon precursor            |
| 2  | Ferrocene       | Light orange powder | Sigma-Aldrich, UK         | 173              | 249              | C\(_{10}\)H\(_{10}\)Fe | 1.49 At             | Carbon precursor, Catalyst donor |

2.2. Synthesis of MWCNTs experimental procedure
The injection chemical vapor deposition (Inj-CVD) method was employed to synthesize MWCNTs [28-30] in a typical experiment setup as shown in figure 1. The main tubular furnace temperature, synthesizing pyrolysis temperature, was varied from 700 to 850 ± 5 °C under the flow of argon gas at atmospheric pressure. The volume of Toluene (carbon source) and Ferrocene (carbon source and catalyst) was adjusted to 5% (w/w) by weight respectively. A 2.21 cc/h of feed solution was uniformly injected using syringe pump (Razel R99-E LF28V) to a horizontal preheated tube at a temperature of 200°C (the evaporation temperature of Ferrocene) for 60 min. The evaporated feed is then flushed away to the main furnace by 100 cc/hr of argon (carrier gas & pyrolysis medium).
2.3. Characterizations of synthesized MWCNTs

The effect of pyrolysis temperature on the type and quality of MWCNTs is investigated by measuring the Raman spectra of the samples. The results were recorded in the frequency range of 500 –3500 cm⁻¹ using a Raman spectrometer (JY HR-800 type) with a laser excitation line at 532 nm and 12.5 nm power. The thermal stability of syntheses MWCNTs and the purity were studied by Thermal Gravimetric Analysis (TA55). The temperature profile starting from 30°C to 830°C under airflow rate 25 CC/hr with heating rate 20°C/min. The outer diameter, as well as morphology of the samples, were investigated by scanning electron microscopy (SEM), ZEISS SEM EVO 10 MA. To visualize the high quality of prepared MWCNTs; Transmission electron microscopy (TEM) was operated at 200 kV. For this purpose, sonication of the prepared samples in ethanol was conducted and then a small droplet of the dispersion was deposited on the TEM carbon grid and dried for 10 min.

3. Results and discussion

3.1. Quality investigation using RAMAN spectroscopy

Raman spectroscopy depends on induced dipole moment, So it's sensitive to the highly symmetric covalent bonds that have not dipole moment as found in CNMs [25,31]. Therefore, the Raman spectroscopy technique is usually used to detect the type and quality of Carbon Nano-materials (CNMs). In general, CNTs with all of its types, in addition to Graphene and fullerene were identified by three main Raman peaks [32]. These peaks called D band, G band and 2D band, which appear at Raman shift around 1350cm⁻¹, 1500 cm⁻¹ and 2700 cm⁻¹ respectively. Figure 2 shows the Raman spectra for the prepared samples at different synthesizing temperature. Raman spectra not only used to differentiated the types of CNTs as SWCNTs, DWCNTs or MWCNTs but also can be used to measure the quality of the prepared sample [31]. The quality of CNMs was investigated by dividing the intensity of the disordered peak (ID) over the intensity of the graphitization peak (IG) [33]. In this work, high-quality CNTs were recorded below 0.7 aspect ratio ID /IG [25] as shown in figure 3. The results revealed that the change in
synthesizing temperature affect directly the quality of the prepared samples, as the aspect ratio decreased from 0.7 to 0.2 with decreasing the synthesizing temperature from 800°C to 700 °C respectively, as shown in both figures 2 and 3.

The obtained lowest aspect ratio (0.22) by this work which achieved at a synthesizing temperature of 700°C, indicating the optimum temperature of synthesizing MWCNTs with a high-obtained quality of compared to other research work [23,25,31]. Note that under previous synthesized conditions, neither MWCNTs nor CNMs formed at 650 °C, while CMSs formed at 850 °C as shown in figure 2.

![Figure 2](image)

**Figure 2.** Raman spectra for the prepared CNMs at different pyrolysis temperature, by injection solution of 5%Wt Ferrocene in Toluene under 100cc/h argon atmosphere for 60 min.

3.2. **Morphology and average outer diameter investigation using (SEM)**

A scanning electron microscope (SEM) is a very important tool to show the material morphology and the outer diameter for MWCNTs. Where it can be used to estimate the average outer diameter of prepared MWCNTs. figure 4 shows the SEM images of MWCNTs samples synthesized at different pyrolysis temperatures with the same magnification which equals 35KX and tall bar equal 1µm. Under the studied experimental conditions there where no MWCNTs are formed at the temperatures range from 600 °C to 650 °C. While carbon microspheres structures are formed in the temperatures range from 850 °C to 900 °C. For the sample synthesized at 700°C, the average outer diameter was 35±10 nm as shown in figure 4a. However, for the sample synthesized at 750°C the average outer diameter equal to 50±16 nm figure 4b. Moreover, for the sample synthesized at 800°C the average outer diameter equal to 75±12 nm figure 4c. While for the sample synthesized at 850°C at the same experimental conditions, figure 4d, carbon microspheres (CMSs) was generated with average outer diameter equal 2±0.1 µm.
Figure 3. Raman spectra for the prepared CNMs at different synthesizing temperatures shown the quality (disordered ratio) vs. temperature.

Figure 4. SEM images of MWCNTs samples synthesized at different pyrolysis temperatures: (a) 700°C, (b) 750 °C, and (c) 800°C while (d) SEM image of CMSs synthesized at 850 °C.
Figure 5 shows the relation between the outer diameter of the prepared samples and pyrolysis temperatures. The results confirm that the outer diameter depends strongly on the pyrolysis temperature. As the outer diameter increase with increasing the pyrolysis temperature. This could be attributed, the increases of pyrolysis temperatures leads to increasing the catalyst particles (Iron) mobility on the quartz substrate. The lager catalyst clusters formed so the lager outer diameter synthesized.

3.3. Evaluation of dimensions of high-quality samples using (HITEM)

High-resolution transmission electron microscope (HITEM) using to characterize the outer and inner diameter and calculate the number of tubes for MWCNTs. Here HITEM used especially to confirm that the sample synthesized at 700°C, which had average ID/IG aspect ratio 0.22, is MWCNTs as shown in figure 6a. The averages of outer and inner diameter were 26±9 nm and 7.9±1.8 nm respectively, as shown in figure 7b. Because of the inner spacing between tunes around 0.36nm [30,34], the average number of tubes for this high-quality MWCNTs was 23±7 tube. The dark spots in both figures 6 a and b were the iron metal catalyst.

3.4. Thermal Oxidation Stability of MWCNTs study by TGA

In this part of the work, not only the thermal stability of syntheses MWCNTs was studied but also the purity was calculated by using Thermal Gravimetric Analysis (TGA)[35]. It has been known that the oxidation temperatures for amorphous carbon contaminants, SWCNTs, and MWCNTs are typically in the range of 200 – 300 °C, 350 – 500 °C and 400–650 °C respectively [36,37]. However, the DWCNTS bundles and bucky papers (a thin sheet made from DWCNTs) can be stable in air in the range of 500-800 °C [14,38].
Figure 6. HITEM of MWCNTs at 700˚C with Mag=25XK (a) without diameters information and (b) with outer and inner diameters.

Figure 7 shows the thermos-gram for MWCNTs synthesized at different pyrolysis temperatures. The results revealed that in the temperature range from 200˚C to 400˚C very low weight loss was observed. This could be attributed to the prepared samples are free of amorphous carbon.

Figure 7. Thermo-gram for MWCNTs at 700˚C, 750˚C, and 800˚C pyrolysis temperature
Figure 8 shows that there is a gradually increasing in oxidation temperature from 591˚C, 594.5˚C to 613.6˚C for the sample prepared at synthesizing temperature of 700 ˚C, 750 ˚C, and 800 ˚C respectively; which confirm that there was a relation between the synthesizing temperature and the thermal stability of the prepared samples. It indicates also, the presence of unreacted catalyst, (Fe) nanoparticles, within the prepared samples which affect its thermal stability and also its oxidation temperature value [39]. Dash line in figure 8 refers to oxidation temperature which increases with decreasing ash content (solid line). After complete oxidation of the samples, the residual mass percentage of iron oxides (ash) were 19.8±0.1, 19.5±0.1 and 10 ± 0.1 wt% for the samples prepared at synthesizing temperature 700˚C, 750˚C, and 800˚C respectively.

4. Conclusion
In this work, it has been confirmed that the variation of synthesizing temperature has a great influence on the purity and thermal stability of MWCNTs preparation by Injection Chemical Vapor Deposition of Ferrocene/toluene solution 5%Wt over the surface of the quartz tube substrate. Under the studied experimental conditions there where no MWCNTs are formed at the temperatures range from 600 ˚C to 650 ˚C. While carbon microspheres structures are formed in the temperatures range from 850 ˚C to 900 ˚C. The optimum pyrolysis temperature was 700 ˚C which has the lowest (ID/IG) aspect ratio equal to 0.22 recorded by Raman. HRTEM result confirms the high quality of the prepared sample. The high thermal stability of the prepared samples which were observed by TGA indicating that the prepared samples are free of amorphous carbon and consequently have high purity. SEM shows that the average outer diameter increase from 25±6 nm, 50±16 nm to 75±12 nm by increasing the pyrolysis temperature from 700 ˚C, 750 ˚C and 800 ˚C respectively.
5. References

[1] Y. J. Tang, Z.R., Han, B., Han, C., and Xu, “Helical microtubules of graphitic carbon,” Nature, vol. 354, no. November, pp. 56–58, 1991.

[2] A. R. Dalila, A. B. Suriani, M. S. Rosmi, R. Rosazley, J. Rosli, and M. Rusop, “Carbon nanotubes: A brief outlook on history, synthesis methods and various bio-hydrocarbon sources,” Adv. Mater. Res., vol. 832, pp. 792–797, 2014.

[3] S. Kumar, R. Rani, N. Dilbaghi, K. Tankeshwar, and K. H. Kim, “Carbon nanotubes: A novel material for multifaceted applications in human healthcare,” Chem. Soc. Rev., vol. 46, no. 1, pp. 158–196, 2017.

[4] K. S. Ibrahim, “Carbon nanotubes-properties and applications: a review,” Carbon Lett., vol. 14, no. 3, pp. 131–144, 2013.

[5] M. Felisberto et al., “Carbon nanotubes grown on carbon fiber yarns by a low-temperature CVD method: A significant enhancement of the interfacial adhesion between carbon fiber/epoxy matrix hierarchical composites,” Compos. Commun., vol. 3, no. March 2016, pp. 33–37, 2017.

[6] J. Hansson et al., “Synthesis of a graphene carbon nanotube hybrid film by joule self-heating CVD for thermal applications,” Proc. - Electron. Components Technol. Conf., vol. 2018-May, pp. 2450–2456, 2018.

[7] J. Xu et al., “A review of functionalized carbon nanotubes and graphene for heavy metal adsorption from water: Preparation, application, and mechanism,” Chemosphere, vol. 195, pp. 351–364, 2018.

[8] T. W. Odom, J. L. Huang, P. Kim, and C. M. Lieber, “Atomic structure and electronic properties of single-walled carbon nanotubes,” Nature, vol. 391, no. 6662, pp. 62–64, 1998.

[9] S.-J. Kwon, H.-K. Seo, S. Ahn, and T.-W. Lee, “Value-Added Recycling of Inexpensive Carbon Sources to Graphene and Carbon Nanotubes,” Adv. Sustain. Syst., vol. 3, no. 1, p. 1800016, 2019.

[10] A. Hannan, Y. Lu, J. Li, and M. Meyyappan, “Room-temperature carbon nanotube-based sensor for carbon monoxide detection,” J. Sensors Sens. Syst., vol. 3, no. 2, pp. 349–354, 2014.

[11] F. C. Dillon, A. Bajpai, A. Koós, S. Downes, Z. Aslam, and N. Grobert, “Tuning the magnetic properties of iron-filled carbon nanotubes,” Carbon N. Y., vol. 50, no. 10, pp. 3674–3681, 2012.

[12] A. Eatemadi et al., “Carbon nanotubes: Properties, synthesis, purification, and medical applications,” Nanoscale Res. Lett., vol. 9, no. 1, pp. 1–13, 2014.

[13] J. Prasek et al., “Methods for carbon nanotubes synthesis - Review,” J. Mater. Chem., vol. 21, no. 40, pp. 15872–15884, 2011.

[14] H. Muramatsu et al., “Pore structure and oxidation stability of double-walled carbon nanotube-deriveducky paper,” Chem. Phys. Lett., vol. 414, no. 4–6, pp. 444–448, 2005.

[15] W. Wang et al., “Three-dimensional few-layer graphene and carbon nanotube foam architectures for high fidelity supercapacitors,” Nano Energy, vol. 2, no. 2, pp. 294–303, 2013.

[16] R. Andrews et al., “Continuous production of aligned carbon nanotubes: A step closer to commercial realization,” Chem. Phys. Lett., vol. 303, no. 5–6, pp. 467–474, 1999.

[17] R. Chavan, U. Desai, P. Mhatre, and R. Chinchole, “Review Article A REVIEW : CARBON NANOTUBES,” Int. J. Pharm. Sci. Rev. Res., vol. 13, no. 1, pp. 125–134, 2012.

[18] N. Arora and N. N. Sharma, “Arc discharge synthesis of carbon nanotubes: Comprehensive review,” Diam. Relat. Mater., vol. 50, pp. 135–150, 2014.

[19] O. Volotskova, I. Levchenko, A. Shashurin, Y. Raitses, K. Ostrikov, and M. Keidar, “Single-step synthesis and magnetic separation of graphene and carbon nanotubes in arc discharge plasmas,” Nanoscale, vol. 2, no. 10, pp. 2281–2285, 2010.

[20] J. Chrzanowska et al., “Synthesis of carbon nanotubes by the laser ablation method: Effect of laser wavelength,” Phys. Status Solidi Basic Res., vol. 252, no. 8, pp. 1860–1867, 2015.

[21] S. A. Bakar, A. A. Aziz, P. Marwoto, and S. Sakrani, “Laser Welding of Structural Aluminum,”
[22] I. Gases, Thermodynamics of physical and chemical vapour deposition, vol. 60. 2016.
[23] C. S. S. R. Kumar, “Raman spectroscopy for nanomaterials characterization,” Raman Spectrosc. Nanomater. Charact., vol. 9783642206, pp. 1–645, 2012.
[24] S. Suzuki and H. Hibino, “Characterization of doped single-wall carbon nanotubes by Raman spectroscopy,” Carbon N. Y., vol. 49, no. 7, pp. 2264–2272, 2011.
[25] M. Endo et al., “Comparison study of semi-crystalline and highly crystalline multiwalled carbon nanotubes,” Appl. Phys. Lett., vol. 79, no. 10, pp. 1531–1533, 2001.
[26] Q. L. Yan, M. Gozin, F. Q. Zhao, A. Cohen, and S. P. Pang, “Highly energetic compositions based on functionalized carbon nanomaterials,” Nanoscale, vol. 8, no. 9, pp. 4799–4851, 2016.
[27] C. S. S. R. Kumar, “Raman spectroscopy for nanomaterials characterization,” Raman Spectrosc. Nanomater. Charact., vol. 9783642206, pp. 1–645, 2012.
[28] S. W. Hong, T. Banks, and J. A. Rogers, “Improved density in aligned arrays of single-walled carbon nanotubes by sequential chemical vapor deposition on quartz,” Adv. Mater., vol. 22, no. 16, pp. 1826–1830, 2010.
[29] A. Annu, B. Bhattacharya, P. K. Singh, P. K. Shukla, and H. W. Rhee, “Carbon nanotube using spray pyrolysis: Recent scenario,” J. Alloys Compd., vol. 691, pp. 970–982, 2017.
[30] T. Wafy, “Characterization of Chemical and Mechanical Properties of Polymer Based Nanocomposites,” pp. 1–183, 2013.
[31] A. A. Ezz, M. M. Kamel, and G. R. Saad, “Synthesis and characterization of nanocarbon having different morphological structures by chemical vapor deposition over Fe-Ni-Co-Mo/MgO catalyst,” J. Saudi Chem. Soc., vol. 23, no. 6, pp. 666–677, 2019.
[32] M. S. Dresselhaus, A. Jorio, and R. Saito, “Characterizing Graphene, Graphite, and Carbon Nanotubes by Raman Spectroscopy,” Annu. Rev. Condens. Matter Phys., vol. 1, no. 1, pp. 89–108, 2010.
[33] S. Musso, J. M. Tulliani, G. Ferro, and A. Tagliaferro, “Influence of carbon nanotubes structure on the mechanical behavior of cement composites,” Compos. Sci. Technol., vol. 69, no. 11–12, pp. 1985–1990, 2009.
[34] E. Ertekin and D. C. Chrzan, “Ideal torsional strengths and stiffnesses of carbon nanotubes,” Phys. Rev. B - Condens. Matter Mater. Phys., vol. 72, no. 4, pp. 1–5, 2005.
[35] Y. C. Hsieh, Y. C. Chou, C. P. Lin, T. F. Hsieh, and C. M. Shu, “Thermal analysis of multi-walled carbon nanotubes by Kissinger’s corrected kinetic equation,” Aerosol Air Qual. Res., vol. 10, no. 3, pp. 212–218, 2010.
[36] J. Wei et al., “Preparation of highly pure double-walled carbon nanotubes,” J. Mater. Chem., vol. 13, no. 6, pp. 1340–1344, 2003.
[37] N. Hong, W. Yang, C. Bao, S. Jiang, L. Song, and Y. Hu, “Facile synthesis of graphene by pyrolysis of poly(methyl methacrylate) on nickel particles in the confined microzones,” Mater. Res. Bull., vol. 47, no. 12, pp. 4082–4088, 2012.
[38] O. Liu, W. Ren, F. Li, H. Cong, and H. M. Cheng, “Erratum: Synthesis and high thermal stability of double-walled carbon nanotubes using nickel formate dihydrate as catalyst precursor (Journal of Physical Chemistry C (2007) 111C (5007),” J. Phys. Chem. C, vol. 111, no. 40, p. 14932, 2007.
[39] J. H. Lehman, M. Terrones, E. Mansfield, K. E. Hurst, and V. Meunier, “Evaluating the characteristics of multiwall carbon nanotubes,” Carbon N. Y., vol. 49, no. 8, pp. 2581–2602, 2011.